Key indicators: single-crystal X-ray study; T = 100 K; mean (C-C) = 0.007 Å; disorder in solvent or counterion; R factor = 0.049; wR factor = 0.133; data-toparameter ratio = 16.6.
In the title ammonium polyoxometallate salt, (C 6 H 16 N) 4 -[H 2 V 10 O 28 ], the anion features O atoms engaged in 6 -, 3 -and 2 -bridging of adjacent V V atoms, confering an octahedral coordination at each of the twenty unique metal atoms. Two anions are linked by 3 -and 2 -bridged OH units across a center of inversion, forming a dimer which is linked to the cations by N-HÁ Á ÁO hydrogen bonds. The cation is disordered over two positions in a 0.776 (4):0.224 (4) ratio in one of the two independent ion pairs in the asymmetric unit, and 0.627 (10):0.373 (10) in the other.
Related literature
For the monoclinic modification, see: Correia et al. (2004) ; Sarkar & Pal (2008) .
Experimental
Crystal data (C 6 Table 1 Hydrogen-bond geometry (Å , ) . Symmetry codes: (i) Àx þ 1; Ày þ 1; Àz; (ii) Àx þ 2; Ày; Àz þ 2.
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